ADN and HAN-Based Monopropellants – A Minireview on Compatibility and Chemical Stability in Aqueous Media

Dominic Freudenmann* [a] and Helmut K. Ciezki [b]

Abstract: This article gives a short review on compatibility and chemical stability of selected aqueous ADN and HAN-based energetic formulations. A brief introduction will outline Energetic Ionic Liquids (EILs) as a new class of energetic materials with beneficial physical-chemical properties which make them valuable for application in propulsion technologies. EILs combine the advantages of e.g. low toxicity, showing equal or superior propulsion power compared to the state-of-the-art monopropellant hydrazine. Focus is set on open access ADN and HAN-based monopropellant formulations that are e.g. realized in the advanced blends LMP-103S, FLP-106 or LGP 1845.

Keywords: Energetic ionic liquids · Ammonium dinitramide · Hydroxylammonium nitrate · aqueous monopropellants · space technology · metal compatibility

1 Introduction

Ionic liquids (ILs) are salts that consist of inorganic or organic cations and large weakly-coordinating anions. Typical anions are for example triflates (CF<sub>3</sub>SO<sub>3</sub>), hexafluorophosphates (PF<sub>6</sub>), perchlorates (ClO<sub>4</sub>) or species with tremendous bulky groups (e.g. BARF: Tetrakis[3,5-bis(trifluoromethyl)phenyl]borate) [1]. Cationic species are mostly consisting of carbon or nitrogen-based frameworks (e.g. quaternary ammonium) or more complex building units (e.g. alkylated C, N-heteroatomic cations).

Ionic Liquids are defined as salts with melting points below 100 °C. Room Temperature ILs (RTILs) build up a subgroup of ILs: They are molten salts forming liquid phases at room temperature making them usable as liquid electrolytes or as solvents in inorganic chemistry [2]. Ionic Liquids combine the advantages of both, solid and liquid phases. Regarding homogeneity, solvent characteristics and viscosity ranges, ILs behaves like classical liquids. In contrast, low vapour pressures and high thermal stabilities are mainly typical characteristics for solid phases [2].

Energetic Ionic Liquids (EILs) are defined as ionic liquids with high internal nitrogen- and oxygen contents realized by e.g. numerous N–N or N–O bonds which make them valuable in propulsion or high-energy material (HEM) technology.

Due to initiated efforts to substitute highly toxic and corrosive propellants at European level, the need for technologically compatible green propellants started years ago and is still ongoing. As a new sub-group of green propellants, green energetic ionic liquids moved into the focus of interest. They are characterized by a missing of halogen atoms in their structures. Due to this distinctiveness, they feature less gaseous toxic combustion products when burned. In propulsion technology the definition of ionic liquids is further expanded to liquid aqueous solutions or melts of these salts which are explicitly used in combustors. In combination with their physical-chemical properties, they open a way to safer handling procedures with reduced toxicity hazards and costs.

Within this approach, two green EILs have raised from low TRL to final technical applications: Ammonium dinitramide (ADN) and Hydroxylammonium nitrate (HAN).

2 Ammonium Dinitramide and Hydroxylammonium Nitrate

Ammonium dinitramide [(NH<sub>4</sub>){N(NO<sub>2</sub>)<sub>2</sub>}] is a colorless to yellowish salt. Like many ILs with hydrophilic groups, ADN provides a very high solubility in polar solvents like water and is not soluble in non-polar organic solvents. Density of the solid at 25 °C is given to 1.8 g/cm<sup>3</sup> [3]. Due to its high hygroscopicity, dried ADN samples tend to liquefy themselves under high humidity. Moreover, the photo-sensitive dinitramide anion makes it necessary to protect ADN directly from light.

Due to incorporated impurities or in-[a] D. Freudenmann
Institute of Space Propulsion
DLR – German Aerospace Center
Lampoldshausen, Im Langen Grund
74239 Hardthausen, Germany
*e-mail: dominic.freudenmann@dlr.de

[b] H. K. Ciezki
Institute of Space Propulsion
DLR – German Aerospace Center
Lampoldshausen, Im Langen Grund
74239 Hardthausen, Germany
ternal water content [4]. Decomposition of ammonium dinitramide is completed at a temperature of 200 °C [5]. ADN is classified as a 1.1 explosive [5].

Hydroxylammonium nitrate (HAN, [NH$_2$OH$^+$ (NO$_3^-$)]) is a salt of the non-stable base hydroxylamine and nitric acid. In its pure form, HAN is also a colorless solid with a high tendency to hygroscopicity. HAN melts at a temperature of 48 °C. Depending on its purity, hydroxylammonium nitrate remains thermally stable up to 140 °C [6].

As an additional feature, the HAN molecule contains an anionic oxygen source combined with a combustible cation with a highly redox sensitive H–N–O-group. Due to the polar character of the HAN molecule, which is also a feature in ADN-based formulations, the solubility in water or other solvents is sufficient enough to form e.g. liquid propellants. This feature makes technical handling (e.g. pumping) of solutions more feasible [7]. Comparable to ADN-based blends, the addition of fuels (e.g. alcohols, amines) and the amount of water gives the opportunity of changing the propellants’ energy content, adiabatic combustion temperature and physical-chemical properties [8].

2.1 Binary ADN and HAN-Water Mixtures

The HAN molecule is very sensitive towards catalytic decomposition. Binary HAN-water and HAN containing propellant mixtures with a high content of EIL are extremely sensitive to metals of the platinum group which act as catalytic active material [9]. This circumstance in particular made it possible to realize ignition temperatures lower than the self-decomposition temperature of the HAN molecule [10]. Like in the case of thermal decomposition, products of catalytic induced degradation are oxides of nitrogen, nitric acid or nitrogen [11].

Products of thermal degradation of binary, aqueous HAN solutions depend highly on the concentration of HAN and its water content: Nitrous oxide (N$_2$O) was found as the only product of the thermal decomposition of low concentrated HAN mixtures. For higher concentrations up to 81 wt.-%, reaction pathways are not unique, leading to the release of various nitrogen-containing gases like NO$_2$, NO or gaseous nitrogen [7].

Experimental work on catalytic decomposition of binary ADN-water mixtures have been performed, among others, by e.g. Hori and co-workers: They used La$_2$O$_3$ doped alumina supported with CuO. Catalytic decomposition experiments were performed with high concentrated ADN-water solutions (75 wt.-% ADN). Results revealed that catalytic induced ADN decomposition is possible in aqueous solution at temperatures below the decomposition temperature of the pure solid. As gaseous products, oxygen, nitrogen and water were detected by mass spectroscopy [12].

3 ADN and HAN-Based Monopropellants

3.1 General Aspects

Use of ADN in rocketry was originally focused as oxidizer in solid rocket motors [13]. It was first synthesized in 1971 at the Zelinsky Institute of Organic Chemistry in Moscow. Due to the Iron Curtain and prior to the break-up of the Soviet Union, ADN was not known to the Western hemisphere and thus fell into oblivion. At the beginning of the 1990s, ammonium dinitramide was then rediscovered in the United States.

Early on, people recognized ADN as a new green oxidizer in monopropellant formulations and revolutionary replacement for AP in solid rocket propellants. Later, FOI and EURENCO developed synthetic routes for technical production of ADN and advanced aqueous monopropellant formulations named LMP-103S and FLP-106. In subsequent periods, an ADN-based monopropellant was successfully tested during the PRISMA satellite mission [14].

Intensive examinations of HAN-based monopropellant formulations started in the 1980s for military application: The best-known and familiar HAN formulations named LGP 1845 and LGP 1846. They were used as advanced Liquid Gun Propellants (LGP) with improved storability properties, reduced chemical aggressiveness and toxicity compared to earlier tested, encapsulated hypergolic bipropellant combinations on basis of e.g. hydrogen peroxide-hydrazine combinations [15,16]. Due to unexpected explosions in feeding lines and tanks which were difficult to explain at that time, HAN-based LGP programs were put on hold [17]. Nevertheless, work on HAN was continued: In the following time, intensive research activities all over the world contributed to a better understanding of occurring decomposition steps in HAN-based monopropellant formulations. In detail, degradation reactions that were induced by catalytic reactions or fluctuations in temperature were identified as limiting factors in propellants’ lifetime.

As a result, the high complexity and diversity of HAN decomposition chemistry depending on external conditions became increasingly obvious [18]. In Table 1, typical compositions of selected literature known LGP formulations and ADN-based blends are listed [19,20].

3.2 Compatibility and Chemical Behaviour of EIL-based Monopropellants Towards Metallic Impurities

3.2.1 ADN-based Monopropellants

The two commonly used monopropellant formulations are named LMP-103S and FLP-106. In general, the blends constitute of an aqueous ADN solution, fuel additives and stabilising agents on the basis of amines. In the case of FLP-106, the stabilizing agent is also used as fuel.
The LMP-103S and FLP-106 formulations provide a higher density and energy content compared to hydrazine without its sensitivity towards water and oxygen [5]. Decomposition reactions and adiabatic combustion temperatures of ADN-based formulations strongly depend on the purity of the used ingredients and their water content [21].

Published project results (e.g. Rheform, GRASP) and intensive ground tests (e.g. compatibility, storability) were performed, showing that these amine-containing propellant formulations are not compatible with copper and copper alloys, forming blue and green solutions. The effect strongly corresponds with the basicity of the used amine. In Figure 1, a freshly prepared FLP-106 propellant sample with the typical yellowish colour is shown. Figure 2 shows prepared LMP-103S propellant samples that are contaminated with metallic impurities after testing procedures. Chemical analysis revealed that copper ions are responsible for the colouring of the liquids.

Grönland et al. patented catalysts that work with aqueous ADN-MeOH monopropellant blends. Improved combustion characteristics were obtained by adding base stabilisers (e.g. urea, hexamine) into the liquid propellant formulation. The catalysts beds were La$_2$O$_3$ doped alumina, supported with metals of the platinum group and of high thermal stability [22].

### Table 1. ADN and HAN-based monopropellant formulations with typical ingredients.

| Propellant name | Ingredients (wt.%-%) |
|-----------------|----------------------|
| LGP1845         | HAN (63.2) TEAN (19.9) H$_2$O (16.9) |
| LGP1846         | HAN (60.8) TEAN (19.2) H$_2$O (20) |
| HAN269MEO       | HAN (69.1) MeOH (15.4) AN (0.5) H$_2$O (15) |
| LMP-103S        | ADN (63) MeOH (18.4) NH$_3$ (18.6) |
| FLP-106         | ADN (64.6) MMF (11.5) H$_2$O (23.9) |

Figure 1. Prepared ADN-based monopropellant FLP-106.

Figure 2. Prepared LMP-103S samples contaminated with metal ions.

#### 3.2.2 HAN-based Monopropellants

As already mentioned, HAN-based formulations were extensively studied in the 1980s. In these formulations, amines were used as fuel components. Triethylammonium nitrate (TEAN) was incorporated in the LGP 1845, LGP 1846 and XM46 formulations, while diethylhydroxylamine (DEAN) was implemented as additive in the LGP 1898 blend. Both additives were used as nitrate-based energizers. Like in ADN-based formulations, adiabatic combustion temperatures of these propellants based on the amount of incorporated water and amine fuel [23]. Further investigations revealed a stabilising effect of ternary amines towards occurring decomposition reactions of the HAN molecule preventing uncontrolled gas phase reactions or micro-explosions [24]. Further research activities showed a pressure dependency of the HAN decomposition [25].

Besides thermal ignition, the first advanced HAN formulations with other fuels components that ignitable by catalytic decomposition contained glycine or methanol as fuel. Glycine-based HAN formulations (HANGLY26) are sensitive to the commonly used Shell-405 catalyst, providing sufficient thermal catalyst stability and compatibility [20]. Methanol-based formulations burned with higher temperatures compared to glycine containing fuels and thus limiting the lifetime of solid catalysts.

Concerning storability and durability, HAN-based monopropellants are in general highly sensitive to impurities, changes of temperature or pH value: Binary HAN-water mixtures are not long-term stable due to autocatalytic reactions that are accelerated in acid conditions. Besides ammonium nitrate, dihydroxylamine and nitric acid are formed as by-products. The intermediate formed dihydroxylamine is not stable under acidic conditions and decomposed into nitrous oxide and water [26].

Apart from the above mentioned sensitivity towards certain pH regimes, metallic impurities originating from e.g. HAN production processes or storage tanks have a tremendous influence on HAN decomposition reactions: The [NH$_2$OH]$^+$ cation is sensitive towards metallic ions of e.g. iron or copper. On long-time scales, the hereof formed ni-
tric acid is corrosive towards tanks or feeding lines. In combination with higher temperatures, storability is further limited [27].

The degradation of the HAN molecule in the presence of iron and copper ions originates from the reductive character of these metal ions and their ability to form corresponding redox pairs easily. This situation was validated by material compatibility tests and chemical analysis of high concentrated binary HAN-water mixtures. Tests were performed with the propellant blend XM46: Herein, steel and other metallic samples were stored at higher temperatures (up to 65 °C) over periods of years. As a result, bluish colours of the aqueous fuels were obtained with samples that were in contact with nickel (e.g. Ni200) or copper alloys. Propellant samples treated with pure titanium, tantalum metals show no incidence of decomposition and are used as storage materials. Moreover, an increase of temperature will negatively influence the rate of HAN decomposition [28, 18]. Although the HAN-based formulation XM46 was object of numerous experimental investigations, the described limitations concerning long-term stability, contamination and degradation vulnerability of the HAN molecule prevent the further use of these monopropellants in technical applications. As a result, the search for possible stabilizing agents started [29].

As a standard method in chemical processing, catching of metallic impurities is realized by the addition of so called chelating agents. During the time, numerous possible candidates for HAN were identified and tested: Salts of EDTA as well as polyphosphonates were in the focus of work [30]. But results were not satisfactory. Internal chemical changes of the propellant composition due to chemical reactions leaded to significant changes of the propellants’ parameter and thus gradually reduced effectiveness of the stabiliser [18].

AF-M315E presents a newer monopropellant formulation that was developed by the Air Force Research Laboratory at the end of the 1990s. It is used and tested as hydrazine substitute in the Green Propellant Infusion Mission (GPI M) [31]. AF-M315E has an approximately 50% higher density-specific impulse (pIsp) than hydrazine [32]. Concerning handling and storage, AF-M315E provides superior safety characteristics due to its low-volatile compounds. AF-M315E is a liquid blend of the EILs HEHN, HAN and water [33].

In Table 2, literature data of this HAN based compared to hydrazine is listed [34]. It is considered to have low-toxicity characteristics and provides compatibility with the state-of-the-art material 6Al-4V titanium. Due to the aforementioned negligible vapour pressure of all used compounds, handling at open environment is no safety issue [34]. An advanced HAN-based monopropellant formulation named SHP163 was also developed by Japanese researchers. Besides HAN, the liquid monopropellant formulation consists of AN, methanol and water [35]. The propellant is considered as a green substitute for the Innovative Satellite Technology project [36].

### 4 Conclusion

Up to date, ADN and HAN-based monopropellants are the most advanced EILs that managed the leap from laboratory into practical application. They both belong to the raising group of EILs facing similar benefits and challenges:

- Reduced toxicity due to non-volatile characteristics
- High solubility in aqueous media offers tuning properties regarding energy content and other propellant parameters (e.g. adiabatic combustion temperature, density, freezing point)
- Decomposition and final combustion of these EILs is preferably initiated by absence of water
- Both EILs are sensitive to internal and external parameters. In particular, metallic impurities, temperature and pH changes will decrease lifetime of the monopropellants dramatically
- In the case of early HAN formulations, stabilizing agents showed no significant effect on the long-term stability of these blends

Although detailed knowledge and numerous data are available of experimental approaches, the results have to be interpreted carefully. Concerning HAN, the accident in the Akiruno Research Center in 2012 shows, that besides all knowledge and data, handling of all EILs has to be carefully managed [36, 18].

### Symbols and Abbreviations

| Symbol | Description                  |
|--------|------------------------------|
| ADN    | Ammonium dinitramide         |
| AN     | Ammonium nitrate             |
| AP     | Ammonium perchlorate         |
| DEAN   | Diethylhydroxylamine         |
| EDTA   | Ethylenediaminetetraacetic acid |
| EIL    | Energetic Ionic Liquid       |
| FOI    | Totalförsvarets forskningsinstitut |
| HAN    | Hydroxylammonium nitrate     |
| HEHN   | Hydroxyethylhydrazinium nitrate |
| HEM    | High Energetic Material      |
| IL     | Ionic Liquid                 |
Review

LGP Liquid Gun Propellant
MeOH Methanol
MMF Monomethylformamide
RTIL Room Temperature Ionic Liquid
TEAN Triethylammonium nitrate
TRL Technology Readiness Level

Acknowledgements

The authors are grateful to the M11 test complex team of the Propellants’ department at the Institute of Space Propulsion for inspiring discussions and exiting rocket science.

References

[1] N. A. Yakelis, R. G. Bergman, Sodium Tetrakis(3,5-trifluoromethyl)phosphoroborate (NaBArF24): Safe Preparation, Standardized Purification, and Analysis of Hydration, *Organometallics* 2005, 24, 3579–3581.

[2] D. Freudemann, S. Wolf, M. Wolff, C. Feldmann, Ionic Liquids: New Perspectives for Inorganic Synthesis?, *Angew. Chem.* 2011, 50, 10505–10560.

[3] C. Eldsäter, J. D. Flon, E. Holmberg, M. Liljedahl, A. Pettersson, M. Wanhatalo, N. Wingborg, Y. Zhiqiang, ADN Prills: Production, Characterisation and Formulation, 40th *International Annual Conference of ICT*, Karlsruhe, Germany, June 23–26, 2009, V24.

[4] H. Östmark, U. Bemm, A. Langel, R. Sanden, N. Wingborg, The properties of ammonium dinitramide (ADN): Part 1, basic properties and spectroscopic data, *J. Energ. Mater.* 2000, 18, 123–138.

[5] P. Kumar, An overview on properties, thermal decomposition, and combustion behavior of ADN and ADN based propellants, *Defence Technology*, 2018, 14, 661–673.

[6] J. C. Oxley, K. R. Brower, Thermal Decomposition of Hydroxylamine Nitrate, *Los Angeles Symposium O-E/LASE’88*, Los Angeles, CA, USA, January 13–14, 1988, 872, 63–70.

[7] L. Courtheoux, R. Eliordi, S. Rossignol, C. Kappenstein, D. Duprez, Catalytic Decomposition of HAN-Water binary mixtures, 38th *AIAA/ASME/SAE/ASEE Joint Propulsion Conference & Exhibit*, Indianapolis, Indiana, USA, July 7–10, 2002, AIAA 2002–4027.

[8] Y.-P. Chang, K. K. Kuo, Assessment of Combustion Characteristics and Mechanism of Hydroxylammonium Nitrate-Base Liquid Monopropellant, *J. Propul. Power* 2002, 18, 1076–1085.

[9] C. Oommen, S. Rajaraman, R. A. Chandru, R. Rajeev, Catalytic Decomposition of hydroxylammonium nitrate monopropellant, *International Conference on Chemistry and Chemical Process*, Singapore, 2011, 10, 205–209.

[10] E. W. Schmidt, D. F. Gavin, Catalytic decomposition of hydroxylammoniumnitrate-based monopropellants, Olin Corporation, US Patent No 5485722, 1996.

[11] K. Farhat, D. Amariel, Y. Batonneau, C. Kappenstein, M. Ford, Reaction balance of thermal and catalytic decomposition of nitrogen-based ionic monopropellants, 43rd *AIAA/ASME/SAE/ASEE Joint Propulsion Conference & Exhibit*, NASA Glenn Research Center at Lewis Field, Cleveland, Ohio, USA, July 8–11, 2007, AIAA 2007–5600.

[12] R. Amrousse, K. Fujisato, H. Habu, A. Bachar, C. Follet-Houttemane, K. Hori, Catalytic decomposition of ammonium dinitramide (ADN) as high energetic material over CuO-based catalysts *Catal. Sci. Technol.* 2013, 3, 2614–2619.

[13] K. O. Christie, W. W. Wilson, M. A. Petrie, H. H. Michels, J. C. Bottaro, R. Giraldi, The dinitramide anion, N(NO2)2–, *Inorg. Chem.* 1996, 35, 5058–5071.

[14] K. Anfuso, B. Crowe, Two Years of In-Space Demonstration and Qualification of an ADN-Based propulsion System on PRISMA, *AAAF/ESA/CNES Space Propulsion Conference*, Bordeaux, France, May 7–10, 2012.

[15] J. Knapton, W. Morrison, G. Klingenber, G. Wren, Liquid Propellant Gun Technology, Progress in Astronautics and Aeronautics, American Institute of Aeronautics & Astronautics, 1998.

[16] M. M. Decker, E. Freedman, N. Klein, C. S. Leveritt, J. Q. Wojciechowski, HAN-based Liquid Gun Propellants: Physical Properties, BRL-TR-2864, US Army Ballistic Research Laboratory, Aberdeen Proving Ground, Maryland, USA, 1987.

[17] W. F. Morrison, J. D. Knapton, M. J. Bulman, Liquid Propellant Guns, *BRL-TR-2853*, US Army Ballistic Research Laboratories, Aberdeen Proving Ground, Maryland, USA, 1987.

[18] D. Freudemann, H. K. Ciezki, HAN-basierte energetische Lösungen als Einkomponententreibstoffe: Ein Bericht über Zweckmäßigkeit und Problematik dieser neuen Technologie (in german), DLR internal report, 2014.

[19] M. Negri, Replacement of Hydrazine: Overview and First Results of the H2020 project Rheform, 6th European Conference for Aeronautics and Space Sciences (EUCASS 2015), Krakow, Poland, June 29–July 3, 2015.

[20] D. Meinhart, Selection of Alternate Fuels for HAN-Based Monopropellants, 27th *JANNAF PDCS and 16th S&EPS Joint Meeting*, CPIA Pbl. 674, 1998, 143–147.

[21] C. Hendrich, A. Gernoth, N. Wingborg, C. Schlarlemann, H. K. Ciezki, S. Schlechtriem, Influence of water content in an ADN based liquid monopropellant on performance characteristics, *Space Propulsion Conference*, Cologne, Germany, May 19–24, 2014.

[22] T.-A. Grönlund, B. Westerberg, G. Bergman, K. Anfuso, J. Brandt, O. Lyckfeldt, J. Agrell, A. Ersson, S. Jaeras, M. Buotonnet, N. Wingborg, Reactor and hexaaluminate-based catalysts for thermal decomposition of ammonium dinitramide single-base monopropellants, Patent No 2002095207, ECAPS AB, 2002.

[23] D. Meinhart, G. Brewster, S. Christofferson, E. J. Wucherer, Development and Testing of New HAN-based Monopropellants in Small Rocket Thrusters, 34th *AIAA/ASME/SAE/ASEE Joint Propulsion Conference & Exhibit*, Cleveland, OH, USA, July 13–15, 1998, AIAA 1998–4006.

[24] C. Call, S. C. Deevi, Combustion and Microexplosion of HAN-based Liquid Gun Propellants at Elevated Pressures, *J. Propul. Power* 1996, 13, 448–450.

[25] N. Klein, Thermal Reaction Initiation of Liquid Propellants, 19th *International Annual Conference of ICT*, Karlsruhe, Germany, June 29–July 1, 1988, 17–1 to 17–11.

[26] R. Hansen, E. Backof, H. J. de Greiff, Process for Assessing The Stability of HAN-based Liquid Propellants, pdf Interim Report AD–A212 896, Fraunhofer ICT, 1989.

[27] N. Klein, Preparation and Characterization of Several Liquid Propellants, U.S. Army Ballistic Research Laboratory, Aberdeen Proving Ground, Maryland, USA, 1983.

[28] B. Reed, S. Harasim, Material Compatibility Testing with HAN-based Monopropellants, 37th *AIAA Joint Propulsion Conference & Exhibit*, Salt Lake City, Utah, USA, July 8–11, 2001, AIAA 2001–3696.

[29] D. A. Rausch, J. L. Kroon, R. A. Davis, Stabilized hydroxylamine and its method of preparation, US Patent No 3145082A, Dow Chemical, 1964.
[30] C. S. Leveritt, S. W. Bunte, E. F. Rothgery, C. G. Seefried, N. Klein, Stabilizers for hydroxylammonium nitrate, hydroxylammonium nitrate derivates, hydroxylamine and compositions containing the same, US Patent No 6179937, US Secretary of Army, 2001.

[31] C. H. McLean, M. J. Hale, W. D. Deininger, R. A. Spores, D. T. Frate, W. L. Johnson, J. A. Sheehy, Green Propulsion Infusion Mission Program Overview, 49th AIAA/ASME/SAE/ASEE Joint Propulsion Conference & Exhibit, San Jose, CA, USA, July 15–17, 2013, AIAA 2721–2731.

[32] R. A. Spores, R. K. Masse, L. A. Arrington, S. J. Schneider, T. E. Vasek, AF-M315E Propulsion System Advances & Improvements, 52nd AIAA/SAE/ASEE Joint Propulsion Conference & Exhibit, Salt Lake City, UT, USA, July 25–27, 2016, AIAA 2016–4577.

[33] M. Fokena, J. Torkelson, Thermally Stable Catalyst and Process for the Decomposition of Liquid Propellants, US-Patent 20070184971, Aspen Products Group Inc., 2007.

[34] R. L. Sackheim, R. K. Masse, Green Propulsion Advancement – Challenging the Maturity of Monopropellant Hydrazine, J. Propul. Power 2014, 3, 265–276.

[35] R. Amrousse, T. Katsumi, N. Azuma, K. Hori, Hydroxylammonium nitrate (HAN)-based green propellants as alternative energy resource for potential hydrazine substitution: From lab scale to pilot plant scale-up, Combust. Flame 2017, 176, 334–348.

[36] K. Hori, Lesson learnt from the accident at HAN thruster experiment, International Workshop on Energetic materials & Propulsion Technologies for Space Exploration 2014, Milan, Italy, 2014.